# $D$ isorder and the e ective $M n-M n$ exchange interaction in $G a_{1}{ }_{x} M n_{x} A s$ diluted $m$ agnetic sem iconductors 

A ntônio J. R . da Silva, ${ }^{1}$ A. Fazzio, ${ }^{1}$ R aim undo R . dos Santos, ${ }^{2}$ and Luiz E. O liveira ${ }^{3}$<br>${ }^{1}$ Instituto de F sica, U niversidade de Sao P aulo, CP 66318, 05315-970, Sao P aulo SP , B razil<br>${ }^{2}$ Instituto de $F$ sica, Universidade Federal do R io de Janeiro,<br>CP 68528, 21945-970 R io de Janeiro RJ, Brazil<br>${ }^{3}$ Instituto de F sica, U nicam p, CP 6165, 13083-970 C am pinas SP, B razil<br>(D ated: Version 1.9 \{ 14th A pril 2024)


#### Abstract

W e perform a theoretical study, using ab initio total energy density-fiunctional calculations, of the e ects of disorder on the $M \mathrm{n} \quad \mathrm{M} n$ exchange interactions for $G a_{1}{ }_{x} M n_{x} A s$ diluted $m$ agnetic sem iconductors. For a 128 atom s supercell, we consider a variety of con gurations with 2,3 and 4 Mn atom s , which correspond to concentrations of $3.1 \%, 4.7 \%$, and $6.3 \%$, respectively. In th is way, the disorder is intrinsically considered in the calculations. $U$ sing a $H$ eisenberg $H$ am iltonian to $m a p$ the $m$ agnetic excitations, and ab initio total energy calculations, we obtain the e ective $J_{n}^{M n} M_{n}$, from rst ( $n=1$ ) all the way up to sixth ( $n=6$ ) neighbors. Calculated results show a clear dependence in the $m$ agnitudes of the $J_{n}^{M n} M^{m}$ w ith the $M n$ concentration $x$. A lso, con gurational disorder and/or clustering e ects lead to large dispersions in the $M n M n$ exchange interactions, in the case of xed M n concentration. M oreover, theoretical results for the ground-state totalenergies for several con gurations indicate the im portance of a proper consideration of disorder in treating tem perature and annealing e ects.


PACS num bers: $71.55 \mathrm{Eq}, 75.30 \mathrm{Hx}, 75.50 \mathrm{Pp}$

## I. IN TRODUCTION

T he exciting possibilities ofm anipulating both the spin and the charge of the carriers in sem iconductors, in such a w ay that new devicesm ay be designed, have brought a lot of attention to the study ofdihuted $m$ agnetic sem iconductors (D M S) in the past ten years or sa; E ven though the DM S have been known for a long tim ent it was the difcovery of ferrom agnetism in p-type (In , M n ) A s system $s^{2}$ that spurred the research in this eld. Thiswas even more so after the successfil grow th of ferrom agnetic ( G a, M n)A s alloys ${ }^{3} \mathrm{~T}$ his latter system has becom e alm ost a paradigm in the eld of DMS materials. It has long been known that isolated $\mathrm{M}_{\mathrm{G}}$ a substitutional im purities give rise to acceptor states around 0.1 eV above the top of the valence band. Thus, the Mn atom s have a double fiunctionality in the $\mathrm{G}_{1}{ }_{x} \mathrm{M} \mathrm{n}_{\mathrm{x}} \mathrm{A} s$ alloys: they provide both (i) the $m$ agnetic $m$ om ents, and (ii) holes to interm ediate the interaction betw een them. T his som ew hat sim plistic view is $m$ uch $m$ ore com plex than it seem $s$ at rst sight. Ferrom agnetism in $G a_{1}{ }_{x} M n_{x} A s$ only occurs for large M n concentrations of a few percent. A s a consequence, the acceptor levels form a band which, due to the rather localized character of the defect state, has a dispersion which is far from what would result from a free quasiparticle picture. M oreover, the intrinsic disorder coupled to this som ew hat narrow band indicates that any theoreticaldescription based on an e ective $m$ ass description should be view ed w ith caution. To further com plicate the issue, in order to obtain the necessary high M n concentrations the grow th tem peratures cannot be too high, which causes a lot of defects to be present in the sam ples, like Mn interstitials ( $\mathrm{M} \mathrm{n}_{\mathrm{I}}$ ) and arsenic antisites ( $A S_{\mathrm{G}}$ a). A sa result, the criticaltem perature and hole concentration, as
a function of n com position, are, Gnycially deppendent, on, the details of grow th conditions ${ }^{4,15} 4$

In view of all these facts, it would be im portant to have a way to estim ate the $\mathrm{Mn}-\mathrm{Mn}$ exchange interactions (i) w th as few assum ptions as possible, (ii) which would treat the host and the Mn im purities at the sam e level of accuracy, and (iii) which would furtherm ore include the e ects of disorder. This approach of im plicitly tracing out the holes degrees of freedom has been im plem ented in a variety of ways based on self-consistent $m$ ethods. Van Schilfgaarde and M ryasovin have perform ed calculations of total energies, w ithin the atom ic spheres approxim ation, to extract exchange couplings, J 's, for speci c (i.e., not random ly chosen) chusters of closely spaced Mnions; their results suggest a tendency of a decrease in jJjwhen $m$ ore $M n$ atom $s$ are added to nearby sites. M ore recently, Xu et all ${ }^{181}$ used $\mathrm{mu} n$-tin orbitals to investigate the dependence of the exchange coupling $w$ ith the $M \mathrm{n}-\mathrm{M} \mathrm{n}$ distance at m uch larger ( $8.3 \%$ ) concentrations of M n atom $s$; they found a considerable scatter in the values of the exchange couplings. In a series of theoretical studies, in which the e ect of random ness/disorder is described by the coherent-potential approxim ation (CPA), K udmovsk y et all 120 and Bergqvist et all ${ }^{11}$ ' have used a tight-binding linear mu n-tin orbitalm ethod, together $w$ ith the $m$ agnetic force theorem, to study the dependence of the $\mathrm{M} \mathrm{n}-\mathrm{M} \mathrm{n}$ exchange couplings and critical tem peratures $w$ ith the concentration ofM $n$ im purities in III-V and group IV DM S.A lso, Sato et alf ${ }^{2,23}$, have used mu n-tin type potentials together with a KKR-CPA approach to study Curie tem peratures and exchange interactions in III-V D M S.M oreover, Sandratskii and B runa $2^{2} 4^{29} t^{2}-2$ have used the augm ented-spherical-w ave $m$ ethod $w$ thin the local-density approxi-
$m$ ation to investigate exchange interactions, C urie tem peratures and the in uence of the clustering of $M n$ im purities in ( $\mathrm{G} \mathrm{a}_{1} \mathrm{Mn}$ n)A s. O ne should notice that the use of non-full potentialmu n-tin \{style approaches is not adequate to treat the electronic structure of covalent sem iconductor system s such as ( $\mathrm{Ga}, \mathrm{M}$ n)A s DM S. Furtherm ore, we w ill show that disorder plays an im portant role which $m$ ay not be adequately treated by sim ple e ective$m$ edium approaches such as the virtual crystal approximation (VCA) orCPA.

In this work we perform large supercell total energy calculations, based on ab initio density functional theory (D F T ) m ethods. W thin this approach, we treat disorder con gurations in which the Mn atom s random ly replace G a atom s . By considering tw o , three, and four M n atom s in a supercell with 128 atom S , we cover three Mn concentrations, $3.1 \%, 4.7 \%$, and $6.3 \%$, and present results for the ective exchange interactions, $\mathrm{J}_{\mathrm{n}}^{\mathrm{Mn}} \mathrm{Mn}$, betw een two Mn atom swhich are n -th neighbors in the G a sublattice, w ith 1 n 6. A lso, in a few cases the Mn atom $s$ are placed in predeterm ined positions, in order to com pare the exchange coupling of tw o nearest-neighbor Mn atom s in the presence of other M n atom s , placed at various separations. T he present results indicate a clear decrease in the $m$ agnitudes of the $J_{n}^{M n} M n$ with the $M n$ concentration x ; from now on, the M n M n superscript in $J_{n}^{M n} M n$ will be om itted, in order to sim plify the notation.

The work is organized as follows. In Section II we provide a brief description of the calculationalprocedure used in the present study. R esults and discussion are left for Section III, and Section IV sum $m$ arizes our ndings and conclusions.

## II. CALCULATIONALMETHOD

W e have perform ed total energy calculations based on the density-functional theory (DFT) within the generalized-gradient approxim ation (GGA) for the exchange-correlation potential, w ith the electron-ion interactions described using ultrasoft pseudopotentials 2'. $^{2}$ A plane w ave expansion up to 230 eV as im plem ented in the VA SP code-1 was used, togetherw ith a 128 -atom foc supercell and 4 L -points for the B rillouin zone sam pling; these L-points are non-equivalent, due to the presence of Mn im purities. The positions of all host $G$ aA $s$ atom $s$ as well as substitutional M n in the supercell were relaxed until all the foroes com ponents were sm aller than 0.02 $\mathrm{eV} / \mathrm{A}$; our GGA lattice param eter for undoped GaAs tumed out to be 5.74 A , which is in accordance with other estim ates, e.g., that of Ref. ${ }_{2}^{2} \overline{1}_{1}^{\prime}$. For a 128 atom $s$ supercell, we consider a variety of con gurations with 2,3 and 4 M n atom s , corresponding to concentrations of $3.1 \%$, 4.7\% , and $6.3 \%$, respectively. Since calculations for all possible disorder con gurationsw ith $m$ ore than 2 Mn atom sper cell is proh ibitively costly in term s ofcom puter tim e, we have considered typical con gurations, as gener-
ated through the SpecialQ uasi-random Structures (SQ S) algorithm '301. A con guration is generated by placing the Mn atom s at G a sublattioe sites ( 64 possible sites). W e then calculate the pair correlation functions, up to the sixth-neighbor, given by:

$$
\begin{equation*}
m()={\frac{1}{64 Z_{m}}}_{i ; j}^{X} \quad(i ; j) S_{i} S_{j}: \tag{1}
\end{equation*}
$$

Here $m$ is the $m$ th-neighbor pair correlation function, $\mathrm{Z}_{\mathrm{m}}$ is the number of m th-order neighbors to a site, $\mathrm{m}(i ; j)$ is 1 if sites $i$ and $j$ are $m$ th-order neighbors, and zero otherw ise; and $S_{i}$ is a variable taking values 0 , if site $i$ is occupied by G a, and 1 if it is occupied by M n. For a perfectly random $(\mathbb{R})$ distribution of M n atom s , the pair correlation function does not depend on $m, m(R)=x^{2}$, where x is the M n concentration. For a given con guration we calculate the deviation from random ness as

$$
\begin{equation*}
()=X_{m}^{X}(m() \quad m(R))^{2}: \tag{2}
\end{equation*}
$$

The above quantity indicates how random the conguration is. W e perform an exhaustive search over all possible con gurations and choose to work w th the ones w ith low est .

For each chosen disorder con guration, we adopt the follow ing strategy w ithin ourD FT G G A calculations. A s an initial guess, we take all valence electrons of each $M \mathrm{n}$ atom aligned w ith each other, corresponding to $S=5=2$ as expected in a $d^{5}$ con guration, and calculate the total energies for this con guration, as well as for an increasing number of ipped $\mathrm{M} n$ total spins. The energy differences $w$ th respect to the aligned states, $f \mathrm{Eg}$, are then described by an e ective $H$ eisenberg $m$ odel $w$ ith appropriate rst-, second-, and so forth, up to sixth-nearest-neighbor $M \mathrm{n} M \mathrm{n}$ couplings, $\mathrm{J}_{\mathrm{n}}$; $\mathrm{n}=1$ 6; see Sec. been appliedin ${ }^{1122}$ to the case of tw Mn atom s in a supercell w th 128 sites, and we were able to infer the dependence of the ective couplings w ith poth the $M \mathrm{n}-\mathrm{Mn}$ distance and direction. W e have found ${ }^{31,321}$ that the calculated $J_{n}$ exchange couplings lead to a $\mathrm{M} n$ ferrom agnetic state, $w$ ith the holes form ing a relatively dispersionless im purity band, and therefore that a conventional free-electron \{like RKKY interaction should be ruled out as the origin of the $M \mathrm{n}-\mathrm{M} \mathrm{n}$ ferrom agnetic coupling.

O ne should notice that for two Mn atoms, if the spins are treated quantum $m$ echanically the above $m$ entioned energy di erence corresponds to that betw een the state w ith total spin $5 / 2$ and the singlet one, leading to $J_{n}^{(Q)}=E_{n}=15$. If the spins are treated classically, $J_{n}^{(C)}=2 E_{n}=25$ and the two approaches are entirely equivalent, apart from an overall $m$ ultiplicative factor of 12. Form ore than two M n atom s , we consider classical spins and note that this approxim ation, though not capturing full details of the excitation spectra, is still able
to provide overall trends of the low energy $m$ agnetic excitations for a nite num ber of spins.

As a nalm ethodological com $m$ ent, we note that we have checked for spin-orbite ects (in the case of tw o Mn atom s) through the projector augm ented-w ave (PAW ) m ethod ${ }^{33}=$, and found a change from 029 eV to 024 eV in the total energy di erence betw een the excited antiferrom agnetic and ground state ferrom agnetic Mn -spin alignem ents. A lthough a system atic study in this sense would certainly be im portant, this is beyond the scope of the present study and we have chosen to ignore spin-orbit e ects in the total energy calculations presented in this work. W e believe this approxim ation w ould not alter the generalconclusions of the present study. M oreover, other possibilities, such as a non-collinear ferrom agnetism , have not been considered at this stage.
III. RESULTSAND D ISCUSSION

$$
\text { A. Two M n atom } \mathrm{s}
$$

Let us rst discuss the case of tw o M n substitutional atom s in the 128 -site supercell. W e considered all con-
gurations corresponding to all inequivalent positions w thin the supercell, i.e., $\mathrm{M} \mathrm{n} \cdot \mathrm{M} \mathrm{n}$ distances varying from 4.06 A up to 11.48 A . O ur totalenergy results yield a M nM n ferrom agnetic ground state in all cases. T he relevant H eisenberg $H$ am iltonian in this case is

$$
\begin{equation*}
H=J_{n} S_{i} \quad S_{n} ; \tag{3}
\end{equation*}
$$

for each relative position in the supercell, where, for the sake of com parison w th the cases of three and four $M \mathrm{n}$ atom $S$ (see below), $S$ is taken as a classicalspin ofm agnitude $5 / 2$; $n$ is a vector connecting $n$th $\{$ nearest-neighbor M n atom s replacing $G$ a atom s . The estim ates for $J_{n}$ thus obtained are displayed in, the second colum $n$ of $T$ able it.

As previously noted 31,122 the resulting $\mathrm{Mn} \cdot \mathrm{M} \mathrm{n}$ ferro$m$ agnetice ective coupling in $G a_{1}{ }_{x} M n_{x} A s$ is essentially interm ediated by the antiferrom agnetic coupling of each M n spin to the quasi-localized holes. A lso, the observed non $m$ onotonicbehavior of $J_{n}$ should be attributed to the anisotropic character of the e -ective interaction. M oreover, $j_{n}$ jessentially decreases ${ }^{3} 1, \frac{1}{2} 21$ w ith $M \mathrm{n} M \mathrm{M}$ n separation and vanishes above 11:5A.
B. Th ree M n atom s

In the case of three M n atom s in a supercell w ith 128 sites, we have perform ed calculations for 10 di erent disorder con gurations. Figurel 1 show stw $\circ S Q S$ illustrative con gurations: in (a) the 3 M n atom sare som ew hat clustered together, whereas in (b) two are nearest neighbors and the third is farther apart.

For each disorder con guration, the relevant $H$ eisenberg H am iltonian m ust contem plate the possibility of interactions occurring not only am ongst spins within the

Table I: Estim ates for the e ective exchange coupling, $J_{n}$, in $m \mathrm{eV}$, betw een $n$th \{nearest-neighbor $M \mathrm{n}$ spins, $S_{i}$ and $S_{j}$, for di erent Mn concentrations, x . In the case of 2 Mn atom s ( $\mathrm{x}=3: 1 \%$ ), $\mathrm{J}_{\mathrm{n}}$ is unique for a given n . For 3 Mn atom s ( $x=4: 7 \%$ ) in a supercell $w$ ith 128 sites, we have perform ed calculations for 10 di erent SQ S disorder con gurations, and $J_{n}$ is given by the average over the con gurations in which tw o Mn sites are n th-neighbors; the num ber of such con gurations are shown in square brackets, and the errorbars are calcu lated as standard deviation of averages. In the case of 4 Mn atom s ( $x=6: 3 \%$ ), we show the results for two con gurations (see text); note that som etim es a speci c con guration would not accom $m$ odate the pertinent $J_{n}$.

| n | $\mathrm{x}=3: 1 \%$ | $\mathrm{x}=4: 7 \%$ | $\mathrm{x}=6: 3 \%$ | $\mathrm{x}=6: 3 \%$ |  |
| :---: | :---: | :---: | :---: | :---: | :---: |
| 1 | $23: 2$ | $18: 2$ | $1: 5[7]$ | $12: 6$ | $13: 0$ |
| 2 | $10: 4$ | $3: 8$ | $1: 8[4]$ | - | $4: 7$ |
| 3 | $13: 6$ | $6: 6$ | $2: 7[7]$ | $2: 8$ | $6: 0$ |
| 4 | $5: 6$ | $3: 6$ | $0: 8[4]$ | $4: 8$ | - |
| 5 | $2: 6$ | $+0: 4$ | $0: 7[5]$ | $+0: 1$ | $1: 3$ |
| 6 | $4: 4$ | $1: 9$ | $0: 7$ | $[2]$ | - |

supercell, but between one spin in the supercell and the di erent im ages in neighboring supercells (periodic boundary conditions e ects, PBCE's). In actual fact, depending on the disorder con guration, the sam e pair of spins $m$ ay be $j$-th nearest neighbors $w$ thin the supercell and $k$-th nearest neighbors $w$ hen the im ages are considered. O ne can therefore w rite the $H$ am iltonian as

$$
H=\begin{array}{ll}
X & X \\
n \quad i<j
\end{array} w_{i j}(n) J_{n} S_{i} \quad S ;
$$

where the $\mathrm{w}_{\mathrm{ij}}(\mathrm{n})$ are geom etricalw eights taking into account PBCE's. For a given con guration, one expects most of the w's to vanish; also, we set w = 0 if the distance between the M n - atom s is larger than 11.5 A , as previously established ${ }^{32}$. In the A ppendix we discuss the $H$ am iltonian for the two SQS con gurations of $F$ ig. ${ }_{11}^{11} . W$ e then calculate the total energies for di erent $M n$ spin con gurations: with all spins aligned, w ith only one spin reversed, either in site 1,2 , or 3 , and so forth, increasing the num ber of spin ips, until one has the sam e num ber of unknown ( $U_{n}$ ) as equations (nam ely, the corresponding energy di erences $w$ ith respect to the aligned state).

It is instructive to lay out $J_{n}$ as a function of $n$ for the 10 SQ S realizations ofdisorder (three M n atom s), as shown in Fig. $x=3: 1 \%$ in the same gure. O ne can see that the overall trend of $J_{n} w$ ith $n$, observed in the case of two Mn spins, is $m$ aintained in this case, $w$ ith the non-m onotonic behavior still being due to e ects of directionality, i.e., the exchange coupling depends not only on the distance betw een the pair of M n atom s , but also on their relative direction w ith respect to the bonds of the host GaA s. H ere we should $m$ ention that our 128-atom supercell total energy results for the ferro- and antiferrom agnetic


Figure 1: (C olor on line) A pictorial view of tw o possible realizations of disorder for three M n atom s in a 128-site supercell ( $x=4: 7 \%$ ). G a sites are represented by the sm aller spheres, A s sites by them iddle-sized ones, and $M \mathrm{n}$ atom sby the largest ones. For clarity, supercells are repeated along the di erent cartesian directions. T he three nonequivalent Mn atom s are show $n$ as di erent shades of gray (blue, red, and yellow in the color version) .
states are in overall agreem ent w ith the corresponding 64-ałom supercell total energy results of $M$ ahadevan et all ${ }^{36}-T$ he corresponding average values of $J_{n}$, for each $n$, are show $n$ in the third colum $n$ of $T$ able $\ddagger$. It is interesting to note that all $J_{n}$ decrease (in absolute value) as the concentration of M atom s increases from $3.1 \%$ to $4.7 \%$. $W$ hile at rst sight this $m$ ay seem an unusualbehavior, one should have in $m$ ind that the e ective $M n-M n$ interaction is hole-m ediated, thus sensitive to the hole density.

In order to assess the e ects of clustering in a system atic w ay, we have also considered non-SQ S con gurations in which two Mn atom s are rst neighbors, and a third M n atom is placed in positions corresponding to fth, third-, and nst-neighbor of the pair: we found that $J_{1}=20: 8 \mathrm{meV}, \quad 17: 3 \mathrm{meV}$, and $8: 1 \mathrm{meV}$, respectively; the extrem e values are shown in Fig. as lled


Figure 2: (C olor on line) The nth \{nearest-neighbor exchange coupling as a function of $n$ for $x=3: 1 \%$ and $x=4: 7 \%$ (w ith data displayed for 10 SQ S con gurations, see text). Full curves are guides to the eye (for $x=4: 7 \%$ the full line goes through average values of $J_{n}$ ). Filled squares for $J_{1}$ correspond to extrem e values obtained for the non-SQ S con gurations; see text. A lso shown is the multiplicity of each $n$-th neighb or pair in a given direction < hkl>.

Table II: T otal energies from ferrom agnetic SQ S con gurations, labelled from ' $=1$ to $10, \mathrm{w}$ th respect to the total energy of the con guration corresponding to three nearestneighbor M n atom s clustered together. $T$ he e ective $H$ eisenberg $H$ am ittonian can be written in the form $H=J_{i} S_{1}$ $S_{2}+J_{j} S_{1} \underset{S}{ }+J_{k} S_{2} \quad \underset{y}{ }$, such that the entries in the third colum $n$ are fi j k g

| `-th state | E , (eV ) | fi j k g |
| :---: | :---: | :---: |
| 1 | 0.054 | $f 1^{1} 3^{1} 4^{2} \mathrm{~g}$ |
| 2 | 0.077 | $f 1^{1} 4^{2} 5^{2} g$ |
| 3 | 0.085 | $f 1^{1} 3^{1} 3^{1} 9$ |
| 4 | 0.090 | $f 1^{1} 3^{1} 6^{4} g$ |
| 5 | 0.091 | $f 1^{1} 3^{1} 5^{2} 9$ |
| 6 | 0.103 | $\mathrm{f} 1^{1} 2^{1} 3^{1} \mathrm{~g}$ |
| 7 | 0.125 | $f 1^{1} 2^{1} 5^{2} \mathrm{~g}$ |
| 8 | 0.158 | $\mathrm{f} 2{ }^{1} 4^{2} 6^{4} \mathrm{~g}$ |
| 9 | 0.176 | $f 3^{1} 4^{2} 5^{2} 9$ |
| 10 | 0227 | $\mathrm{f} 2^{1} 3^{1} 5^{2} \mathrm{~g}$ |

squares. Thus, clustering tends to weaken the $m$ agnitude of the nearest-neighbor coupling. O nem ay attribute this behavior as $m$ ost likely resulting from the C oulom b repulsion betw een the holes, w hich leads to their delocalization as the M $n$ atom s group together, being therefore detrim ental of their role as $m$ ediators of ferrom agnetism .

If, on the one hand, clustering tends to decrease the $m$ agnitude ofthe nearest-neighborexchange, on the other hand it leads to the energetically most stable con guration; this is in agreem ent $w$ ith recent results from calculations restricted to pains of transition metals! In Table III w e display the energies of calculated ferrom agnetic


Figure 3: (C olor online) Isosurfaces for the net localm agnetization $m$ ( $r$ ) (see text for de nition) in the case of three $M \mathrm{n}_{\mathrm{G}}$ a defects [for the con gurations depicted in F ig. ${ }_{1}^{1}(\mathrm{a})$ ], w ith (a) all spins aligned and (b)-(d) only one ipped spin. The green surface corresponds to a value of $+0: 005 e=A^{3}$, and the blue surface to $0: 005 \mathrm{e}=\mathrm{A}^{3}$, w ith e being the electron charge. The black (red) spheres denote the Ga (A s) atom s.

SQ S con gurations relative to the clustered one in which the three $M \mathrm{n}$ atom s are rst-nearest neighbors. W e note that the SQS con gurations labelled from 8 to 10 , which have the highest total energies of the set, correspond to cases in which there are no nst-neighbor pairs of Mn atom s. Since $\mathrm{Ga}_{0}: 97 \mathrm{M} \mathrm{n}_{0: 03} \mathrm{As}$ is on $\mathrm{y}_{1}$-stable at grow th tem peratures in the range $200\{300 \mathrm{C}$ ' ergies show in Table
urations can be them ally activated. C learly, there are several other $m$ echanism $s$ at play \{ such as m obility of Mn atom s, possibility of trapping on interstitials, and so forth $\{$, which are not included in the present approach, and $w$ ill determ ine the naldistribution of $M$ atom $s$.
$F$ igures ${ }_{1}^{1} \overline{1}(a)-(d)$ show the net $m$ agnetization $m(r)$
" (r) \#( r ), where is the total charge density in the -polarized channel, for three M n atom $\mathrm{s} w$ th all spins aligned and for only one ipped spin, for the con guration depicted in $F$ ig. ${ }_{1}^{11}(a)$. N ote that the densities on the upper right and upper left comers in each gure are related to a Mn atom and its im age in, a neighboring supercell. - Sim ilarly to the $m(r)$ of one ${ }^{311}$ and two Mn im puritiec ${ }^{321}$ in a supercell, near each Mn atom the l calm agnetization has a d like character, whereas close to the A s neighbors, the character changes to p like, where = (" or \#) and = (\# or "). A lso, m (r) has a rather localized character. The ipping of spins introduce nodes on them ( $r$ ) and subtle changesm ostly on the orientation of the p like lobes. C lose to the M n atom s , how ever, the localm agnetization is not very sensitive to the ips.

## C. Four M n atom s

For four M n atom s , we have considered only two disorder con gurations, chosen according to the SQS algorithm. A H am iltonian sim ilar to Eq. (4i) $m$ ay be w ritten, w ith the addition ofterm $s$ involving the fourth spin, having in $m$ ind that the interactionsw ith spins on im age sites are $m$ ore frequent in this case.

For instance, in one of the calculated SQ S con gurations, the e ective $H$ am iltonian becom es

$$
\begin{array}{rlll}
H= & 2 J_{5} S_{1} & S+J_{1} S_{1} & S+J_{3} S_{1} \\
2 J_{4} S_{2} & S+J_{3} S_{2} & S+J_{1} S_{3} & S ; \tag{5}
\end{array}
$$

where the absence of a $J_{2}$ second-neighbor interaction should be notioed. C alculations of total energies for all $\mathrm{M} n$ spins parallel, and for the four possible single ips, lead to four excitation energies, from which the $J_{n}$ 's ( $n \in 2$ ) $m$ ay be inferred. A nalogous considerations apply to the other SQ S con guration. T he results are show in colum ns 4 and 5 of $T$ able ${ }_{2}$. O ne sees that the overalltendency of $J_{n}$ is to decrease in $m$ agnitude as $n$ is increased, in a pattem sim ilar to that for sm aller concentrations, though the dispersion cannot be properly assessed due to the scarcity of data. W e also note that, as in the case of three $M \mathrm{n}$ atom s , calculations w th a non-SQ S con guration w th the four M n atom s clustered together indicate that clustering decreases the $m$ agnitude of the
rst-neighbor $J_{1}$ exchange coupling: $J_{1}=6: 5 \mathrm{meV}$ in th is case, which should be com pared w th the $12: 6 \mathrm{~m} \mathrm{eV}$ and $13: 0 \mathrm{meV}$ values of Table $\frac{1+1}{2}$.


Figure 4: (C olor on line)D ependence of: (a) $J_{1}$, (b) $J_{2}$, (c) $J_{3}$, and (d) $J_{4} w$ th the concentration of $M n$ atom $s$. For $x=3: 1 \%, J_{n}$ is unique for a given $n$. Values for the $S Q S$ con gurations are shown as em pty circles, while the lled diam onds correspond to the extrem e values obtained for the non-SQ S con gurations; see text. D otted curves are guides to the eye through the average values of $J_{n}$.
D. The dependence of $J_{n} w$ ith the concentration

The data in Table it can also be used to discuss the dependence of $J_{n} w$ ith $x$, for a given $n$. In $F i g$. plot $J_{1}, J_{2}, J_{3}$ and $J_{4}$ as functions of $x$. For the case of $J_{1}$, we also show (as lled sym bols) three values obtained for the non-SQS con gurations: two asmentioned before, in the case of three $M \mathrm{n}$ atom s , and the one cor-
responding to four M n atom s clustered together as rst nearest-neighbors.

From Fig. ${ }^{\prime} \overline{1} \mathbf{1}$, we see that, in $m$ ost cases, the $m$ agnitudes of the exchange couplings decrease as the concentration of $\mathrm{M} n$ atom $s$ is increased. Further, this decrease $m$ ay be quite signi cant; for instance, the $m$ agnitude of the average $J_{1}$ decreases by the order of $50 \%$ when one roughly doubles the concentration from $3.1 \%$. W e also see that for the con gurations in which the Mn atom s are clustered together, $\mathrm{j}_{1}$ jalso decreases as x is increased. This overall decrease $w$ th $x$ can be taken as num erical evidence that a steady increase in the concentration of $M n$ atom $s$ is not su cient to rise the critical tem perature, since the exchange couplingsw illeventually be w eakened. $C$ learly othere ectsm ay be playing im portant roles. For instance, w ithin our present approach, the hole density is assum ed to be the same as that of M n atom s , which, as $m$ entioned in the Introduction is not really the case. $T$ he presence of $M n$ interstitials and $M n-A s$ com plexes also need to be taken into account in order to reach a quantitative agreem ent. N onetheless, one expects that the trends unveiled here are indicative of the actual experim ental situation.

It is im portant to have in m ind that several theoretical works have previously exam ined the dependence of the exchange couplings $w$ ith $-\frac{t h e r}{}, M_{1} n_{1}, M_{1}, A_{1}$, spapation or w th the Mn concentration 191920 predict an altemating sign for the exchange coupling, but these predictions should be taken $w$ th extrem e care, since these theoreticalcalculations are based on non \{fullpotential mu n-tin \{type potentials which are not reli$a b l e$ to treat the electronic structure of covalent sem iconductor system s such as (G a,M n)A s DM S.A lso, disorder quite certainly is not adequately taken into account w thin simple ective-m edium approaches such as VCA or CPA, as uctuations in the Mn positions essentially lead to variations in the Mn M M - exchange-coupling param eters, as apparent from Fig. $\bar{\prime} \overline{1}$.

## IV . CONCLUSIONS

W e have perform ed ab initio total energy densityfunctional calculations for two, three, and four substitutionalM n atom s in a 128 atom s supercell, corresponding to concentrations of $3.1 \%, 4.7 \%$, and $6.3 \%$, respectively. In this way, we have treated the host and the Mn impurities on equal footing. The e ects of disorder have been assessed at di erent levels of approxim ations, depending on the concentration of M n atom s : for $x=3: 1 \%$, all possible non-equivalent positions of the Mn atom s have been considered; for $\mathrm{x}=4: 7 \%$, ten nonequivalent con gurations have been generated through the SQ S algorithm, while three speci c ones have also been considered in order to discuss the e ects of clustering; and, for $x=6: 3 \%$, tw $O S Q S$ and one non-SQ $S$ con gurations have been investigated. W hile the relation betw een the densities of holes and of $M n$ atom $s$ is
one of the yet unsolved issues in the context ofD M S, here we have assum ed that each M n atom provides one hole; since our results relate to general trends, they $m$ ay be carried over to the actual experim ental situation of only a fraction of M n atom s contributing w th holes. It is also interesting to note that the cut-o of 11.5A (which would correspond to $x^{\prime} 0: 042$ ) im posed on the range of $M \mathrm{n}-\mathrm{M} \mathrm{n}$ exchange couplings would appear to be in direct contradiction $w$ ith experim entaldata by $E d m$ onds et al $\mathbf{l}_{1}^{1}$, according to which ferrom agnetism is seen for dopings as low as 0:015 (w here one would have essentially no com pensation). Since the site percolation threshold $\mathrm{I}^{(0)}$ for FCC lattices is 020 , for the Ga FCC sublattice in ( G a, M n )A s , the concentration cut-o for ferrom agnetic order w ould be of the order of $0: 20 \quad 0: 042=0: 0084$, i.e., $x^{\prime} 0: 84 \%$, indicating that there is $n 0$ contradiction $w$ ith the $m$ easurem ents of $E d m$ onds et all

W e have focused mainly on the e ective exchange interaction betw een $M \mathrm{n}$ spins, by $m$ apping the spectra of $m$ agnetic excitations (spin ips) onto a classical H eisenberg $H$ am iltonian $w$ ith coupling constants $J_{n}$, ranging from rst $(\mathrm{n}=1)$ to sixth $(\mathrm{n}=6)$ nearest neighbors. $T$ he e ects of clustering on the nearest-neighbor pairexchange coupling, $J_{1}$, have been investigated by exam ining speci $c$ (i.e., non-random) con gurations with three and four M n atom s in the 128 -site supercell: W e have established that clustering tends to weaken the magnitude of the nearest-neighbor exchange coupling. On the other hand, we have found that clustered structures of M n atom s have the low est total energies, a result which $m$ ay be of im portance in a realistic discussion of annealing and/ordi usion e ects. From calculations on random con gurations we have also been able to determ ine the behavior of $J_{n} w$ ith $x$, for $x e d n$ : in $m$ ost cases the exchange couplings get weaker as the concentration of $M \mathrm{n}$ atom $s$ is increased. This is consistent $w$ th the experi$m$ entally observed fact that there is an optim um range of M n concentrations (w hose quantitative determ ination requires a carefiul consideration of other disorder e ects) in which the critical tem peratures are the highest.

For xed Mn density, we have found that the calculated $J_{n}$ favor a ferrom agnetic ground state, and have decreasing $m$ agnitude as the distance betw een spins increases (cf. Table I and Figs. 2 and 4). The non$m$ onotonic behavior is attributed to directionality e ects; by the same token, deviations in the sign of $J_{n}$ were found only at large $n(=5)$, when its $m$ agnitude is already greatly reduced w ith respect to the nearest neighbor value. T he discrepancy of the present results $w$ ith respect to recent calculations by Xu et al. $\mathbf{F}^{181} \mathrm{~m}$ ay be attributed to the fact that their $\mathrm{mu} n$-tin calculations are not fiull potential; they therefore do not fillly reproduce the crucial role played by the directionalsp ${ }^{3}$ bonds and by the hole p-states. A lso, due to the quite signi cant variations of the calculated exchange couplings w th con gurations and Mn concentration, we em phasize that estim ates of the critical tem perature obtained via exchange couplings thus obtained are clearly open to
question. W e should also stress that the present results corroborate that the $M \mathrm{n} M \mathrm{M}$ ferrom agnetic e ective coupling in $G a_{1}{ }_{x} M n_{x} A S$ is interm ediated by localized holes leading to an antiferrom agnetic ( $n$ an,-R,K K Y) coupling of each M n spin, as previously noted $1^{311} 1^{32}$ and recently conm ed experim entally $y^{3}$ 39. Therefore, the inescapable conclusion is that the m ain feature of a conventional freeelectron \{like pr, perturbative RKKY interaction should


A s a nalpoint, som e com $m$ ents regarding future perspectives are in order. From one side, investigations using a sim ilar procedure as em ployed here (w here the disorder is explicitly included) of how im purities, such as interstitialM $n$ and A s anti-sites, alter the ective exchange interactions are relevant. For a given M n con guration, it should be interesting to see how the results depend on the relative position of the defects. On the other hand, our results raise som e questions whose answ ers are not com pletely trivial: (i) $T$ he fact that the e ective exchange interactions change $w$ ith the Mn con guration m ake it clear that the use of a $H$ eisenberg $m$ odel, at least a sim ple one where only pair-interactions are considered, should be viewed with caution. It is not obvious that extensions of the $H$ eisenberg $m$ odel to triplets or even larger cluster interactions w ill rem edy this fact; (ii) The use of ab initio calculations has been very im portant in order to provide a correct picture of the electronic structure of these system $s$. O ne of its great $m$ erits is the possibil-让y of obtaining $m$ odel-free results. H ow ever, whenever one needs to $m$ ake predictions about the critical tem perature ( $T_{c}$ ), models have to be used. For instance, from ab initio results one m ay extract e ective exchange param eters, as in the present work, and then via m ean eld or $m$ ore sophisticated $m$ ethods, like $M$ onte C arlo calculations, it is possible to calculate $T_{c}$. T w o crucialsteps in this procedure are questionable. The rst one is the use of a $H$ eisenberg $m$ odel, as already $m$ entioned. T he other is the use of a sm all supercell approxim ation. C alculating the critical tem perature via any e ective $m$ ethodology that is based on sm all supercell ab initio calculations, even if this e ective approach allows the search of a large num ber of distinct con gurations, has a great risk of being nonsense, since, as we have show $n$, the exchange interactions depend sensitively on the $M \mathrm{n}$ distribution. The root of the above problem $s$ is the necessity of introducing a m odel ham iltonian in order to extract excited states of the system associated with spin excitations. A possible solution to this problem could be the use of a sem i-em pirical ham iltonian w ith a tight-binding descrition for the host $m$ aterial coupled $w$ th a $m$ anybody, atom ic-like description for the M n atom s . The $m$ anyfold of low-energy states representing the di erent M n spin orientations, that willbe obtained upon diagonalization of such a ham iltonian! ${ }^{431}$, w ill replace the states obtained via the e ective (but questionable) H eisenberg ham iltonian.

## A cknow ledgm ents

Partial nancial support by the B razilian A gencies CNPq, CENAPAD - Campinas, Rede N acional de M ateriais $N$ anoestruturados/CNPq, FAPESP, FAPER J, and M illenium Institute for N anosciences/M CT is gratefully acknow ledged.
*

## A ppendix A

H ere we discuss the case of three $M \mathrm{n}$ atom s , for the two disorder con gurations displayed in $F$ igs. 1 (a) and 1 (b), and chosen according to the SQ S algorithm . For the con guration in Fig. 1 (a) $(\cdots=4$ in Table II), the H am iltonian [see Eq. $\overline{(\underline{4})}$ )] m ay be w rilten, having in $m$ ind that the interactions $\bar{W}$ ith spins on im age sites are to be taken into account, as

$$
\begin{equation*}
H=J_{1} S_{1} \quad S+J_{3} S_{2} \quad S+4 J_{6} S_{1} \tag{A1}
\end{equation*}
$$

where the absence of second-neighbor, fourth-neighbor, and fth-neighbor interactions should be notioed.

In a sim ilar way, for the con guration in Fig . 1 (b) ( $\quad=9$ in T able $I I$ ), the H am iltonian is given by

$$
\begin{equation*}
H=J_{3} S_{1} \quad S+2 J_{4} S_{1} \quad S+2 J_{5} S_{2} \quad S \tag{A2}
\end{equation*}
$$

where one notes the absence of rst-neighbor, secondneighbor, and sixth-neighbor interactions.

O nem ay perform DFT-G GA calculations, and obtain the total energies for $S Q S$ con gurations $w$ th all $M \mathrm{n}$
$S=5=2$ atom $s$ aligned $w$ ith each other, as well as for an increasing number of ipped $M n$ total spins. The totalenergy di erences $w$ ith respect to the aligned states, $f \mathrm{Eg}, \mathrm{m}$ ay then be obtained via an e ective classical $H$ eisenberg $m$ odel $w$ ith appropriate $J_{n}$ exchange couplings up to $n=6$.

For the disorder con guration in Fig. 1 (a), noticing that classically one has $\mathrm{S}_{\mathrm{i}} \mathrm{S}=\frac{25}{4}$, it is straightforward to obtain, using eq. (A.1), for the total energies of con gurations $w$ ith appropriate ipping of $M \mathrm{n}$ total spins

$$
\begin{align*}
& \mathrm{E}_{0}=\frac{25}{4}\left(+J_{1}+J_{3}+4 J_{6}\right)  \tag{A3}\\
& \mathrm{E}_{1}^{1}=\frac{25}{4}\left(J_{1}+J_{3} 4 J_{6}\right)  \tag{A4}\\
& \mathrm{E}_{1}^{2}=\frac{25}{4}\left(\mathrm{~J}_{1} \quad J_{3}+4 J_{6}\right)  \tag{A5}\\
& \mathrm{E}_{1}^{3}=\frac{25}{4}\left(+\mathrm{J}_{1} \quad J_{3} 4 J_{6}\right) \tag{A6}
\end{align*}
$$

where the lower index indicates the number of ipped spins (from $+5 / 2$ to $-5 / 2$ ), and the upper index labels which spin was ipped. The di erences in corresponding H eisenberg energies are therefore

$$
\begin{align*}
& 10=\frac{25}{4}\left(2 J_{1}+8 J_{6}\right)  \tag{A7}\\
& 20=\frac{25}{4}\left(2 J_{1}+2 J_{3}\right)  \tag{A8}\\
& 30=\frac{25}{4}\left(2 J_{3}+8 J_{6}\right) \tag{A9}
\end{align*}
$$

and one m ay thus obtain $\mathrm{J}_{1}=16: 2 \mathrm{meV}, \mathrm{J}_{3}=3: 0$ meV , and $J_{6}=1.2 \mathrm{meV}$ from the calculated rst princíples di erences in totalenergies, i.e., $10=264 \mathrm{meV}$, $20=241 \mathrm{meV}$, and $30=99 \mathrm{meV}$.
${ }^{1}$ Sem ioonductor and Sem im etals, vol. 25 (A cadem ic, N ew Y ork, 1988), edited by J. K . Furdyna and J. K ossut.
${ }^{2}$ H. O hno, H. M unekata, T. Penney, S. von M olnar, and L. L. Chang, Phys. Rev. Lett. 68, 2664 (1992).
${ }^{3}$ H. Ohno, A. Shen, F. M atsukura, A. O íwa, A. Endo, S. K atsum oto, and Y. Iye, A ppl. Phys. Lett. 69, 363 (1996).
${ }^{4}$ A . V. E sch, L. V . B ockstal, J. D. B oeck, G . Verbanck, A.S.van Steenbergen, P.J.W ellm ann, B . G rietens, R .B ogaerts, F . H erlach, and G.B orghs, P hys. R ev.B 56, 13103 (1997).
${ }^{5}$ F. M atsukura, H . O hno, A. Shen, and Y. Sugaw ara, P hys. Rev.B 57, R 2037 (1998).
${ }^{6}$ H.O hno, J.M agn. M agn. M ater. 200, 110 (1999).
${ }^{7}$ S. J. P otashnik, K. C. Ku, S. H. Chun, J. J. Berry, N. Sam arth, and P. Schi er, A ppl. P hys. Lett. 79, 1495 (2001).
${ }^{8}$ K . W . Edm onds, K . Y.W ang, R. P. C am pion, A. C . N eu$m$ ann, C.T.Foxon, B .L.G allagher, and P.C.M ain, A ppl. Phys. Lett. 81, 3010 (2002).
${ }^{9}$ M.J.Seong, S.H.C hun, H.M.C heong, N. Sam arth, and A.M ascarenhas, Phys. Rev.B 66, 033202 (2002).

10 H. A sklund, L. Tlver, J. K anski, , and J. Sadow ski, P hys. Rev.B 66, 115319 (2002).
${ }^{11}$ K.M.Yu, W . W alukiew icz, T.W ofow icz, I. K uryliszyn, X . Liu, Y. Sasaki, and J. K . Furdyna, Phys. Rev. B 65, 201303 (2002).
${ }^{12} \mathrm{~K} . \mathrm{M} . \mathrm{Yu}, \mathrm{W} . \mathrm{W}$ alukiew icz, T.W ofow icz, W. L. Lim, X . Liu, Y. Sasaki, M . D obrow olska, and J. K . Furdyna, A ppl. P hys. Lett. 81, 844 (2002).
${ }^{13}$ S. J. P otashnik, K. C. K u, R . N ahendiran, S. H. C hun, R. F. W ang, N . Sam arth, and P. Schi er, Phys. Rev. B 66, 012408 (2002).
${ }^{14}$ R. M oriya and H. M unekata, J. A ppl. Phys. 93, 4603 (2002).
${ }^{15}$ R.R. dos Santos, L.E. O liveira, and J. d A lbuquerque e C astro, J. P hys.: C ond. M atter 14, 3751 (2002).
${ }^{16}$ R. R. dos Santos, J. d A lbuquerque e C astro, and L. E. O liveira, J. A ppl. P hys. 93, 1845 (2003).
${ }^{17}$ M. van Schilfgaarde and O.N.M ryasov, P hys. R ev.B 63, 233205 (2001).
18 J.L.Xu, M . van Schilfgaarde, and G.D.Sam olyuk, Phys. Rev.Lett. 94, 097201 (2005).
19 J. K udmovsky, I. Turek, V. D rchal, F. M aca, P . W einberger, and P. B runo, Phys. Rev.B 69, 115208 (2004).
20 J.K udmovsky, V . D rchal, I. Turek, L. B erqvist, O . E riksson, G . B ouzerar, L . Sandratskii, and P . B runo, J. P hys.: C ond. M atter 16, S5571 (2004).
${ }^{21}$ L. B ergqvist, O. Eriksson, J. K udmovsky, V . D rchal, P. K orzhavyi, and I. Turek, Phys. Rev. Lett. 93, 137202 (2004).
${ }^{22}$ K . Sato, H . K atayam a-Y oshida, and P. H. D ederichs, J. Superconductivity 16, 31 (2003).
${ }^{23}$ K . Sato, W . Schw eika, P . H . D ederichs, and H . K atayam aYoshida, Phys. Rev.B 70, 201202 (2004).
${ }^{24}$ L.M . Sandratskii and P.B runo, P hys. R ev.B 66, 134435 (2002).
${ }^{25}$ L.M . Sandratskii and P.B runo, P hys. Rev.B 67, 214402 (2003).
${ }^{26}$ L. M . Sandratskii and P. B runo, J. Phys.: C ond. M atter 16, L523 (2004).
27 D.Vanderbilt, P hys. R ev. B 41, 7892 (1990).
${ }^{28}$ G. K resse and J. H afner, Phys. Rev.B 47, R 558 (1993).
${ }^{29}$ P. M ahadevan and A. Zunger, P hys. Rev. B 69, 115211 (2004).
${ }^{30}$ S.H.W ei, L. G . Ferreira, J. E. Bemard, and A. Zunger, Phys. R ev. B 42, 9622 (1990).
31 A. J. R . da Silva, A . Fazzio, R . R . dos Santos, and L. E . O liveira, P hysica B 340-342, 874 (2003).
32 A. J. R . da Siva, A. Fazzio, R . R . dos Santos, and L. E . O liveira, J. P hys.: C ond. M atter 16, 8243 (2004).
${ }_{3}^{33}$ G. K resse and D. Joubert, P hys. Rev. B 59, 1758 (1999).
34 J.Schliem ann and A.H .M acD onald, P hys.R ev.Lett. 88, 137201 (2002).
${ }^{35}$ G. Zarand and B. Janko, Phys. Rev. Lett. 89, 047201 (2002).
${ }^{36}$ P. M ahadevan, A. Zunger, and D.D.Sarm a, Phys. R ev. Lett. 93, 177201 (2004).
${ }^{37}$ P .M ahadevan, J.M . O sorio-G uillen, and A . Zunger, A ppl. Phys. Lett. 86, 172504 (2005).
${ }^{38}$ A. H . M acD onald, P. Schi er, and N. Sam arth, N ature M at. 4, 195 (2005).
${ }^{39}$ V . F. Sapega, M . M oreno, M . R am steiner, L . D aw eritz, and K . H . P loog, P hys. R ev. Lett. 94, 137401 (2005).
${ }^{40}$ D. Stau er and A. A harony, Introduction to P eroolation Theory (Taylor \& Francis, London, 1992), 2nd Ed.
${ }^{41}$ D. J. P riour, Jr., E. H . H w ang, and S.D as Sarm a, Phys. Rev.Lett. 92, 117201 (2004).
${ }^{42}$ C.T im m and A.H.M acD onald, P hys. R ev.B 71, 155206 (2005).
${ }^{43}$ A.J.R.da Silva and L.M .Falicov, P hys.R ev.B 52, 2325 (1995).

